The use of magnesium-silicate rocks in building material production

L I Khudyakova¹, S S Timofeeva²

¹Baikal Institute of Nature Management, Siberian Branch of the Russian Academy of Sciences, 6, Sakhyanovoy strees, Ulan-Ude 670047, Russia
²Department of Town Planning, Engineering Networks and Systems, Institute of Architecture and Construction, South Ural State University, 76, Lenin Avenue, Chelyabinsk 454080, Russia

E-mail: lkhud@binm.bscnet.ru

Abstract. Magnesium-silicate rocks are widely distributed all around the world, though they are barely used. It is shown that they can be applied in building material production. Adding magnesium-silicate rocks into binding compositions allows enhancing their physical and mechanical parameters. Using them as coarse or fine aggregate, as well as a reinforcing component, enhances performance characteristics of concretes. Adding batch to the composition allows optimizing process parameters for obtaining ceramic materials and improving their quality. Practically all magnesium-silicate rocks are located in overburden dumps. Their involvement into production cycle will allow for not only solving environmental problems but also expand the list of raw materials applicable in construction industry.

1. Introduction
Magnesium-silicate rocks, formed in the process of magma crystallization, are widely distributed all around the world. Though forming the major part of the earth’s surface, they are barely applied anywhere. During mineral deposit development they get displaced into dumps and inflict harm to the environment. Among the whole volume of these rocks, serpentinite and basalt are of utmost interest, meanwhile other rocks do not get due attention. The goal of this paper is to provide a review of application of magnesium-silicate rocks (serpentines, basalts) in building material production, as well as describe the perspective of using other rocks, namely dunites, in this industry.

2. Main body
Building materials include wide range of products. The most consumable are cements, concretes and ceramic products. Let us have a more detailed review of how magnesium-silicate rocks are used in each of these products.

2.1. Cements
As we know, cement production is an expensive and environmentally hazardous process. It consumes a big volume of high-quality raw materials and emits a huge amount of carbon dioxide and dust into the atmosphere. These indexes can be reduced by using various mineral admixtures, in particular, magnesium-silicate rocks.
It is showed that involvement of basalts into process technology allows adjusting the composition of raw material mixture, reducing the content of natural resources. Properties of the obtained portland cements comply with requirements of technical specifications [1].

Introduction of basalt admixture to the composition of cements results in reduction of water to cement ratio and enhancement of their physical and mechanical parameters [2, 3]. Using silt left from basalt extraction as a binding component allows obtaining water resistant material with low saturation coefficient [4]. Replacing part of Portland cement with basalt powder improves rheological properties and strength of cement mortar [5]. And adding a filler in the form of fine ground basalt fiber in the amount of 2.5% together with chemical admixture to the binder composite’s content favors for enhancement of its performance characteristics [6].

When preparing binding compositions, magnesium hydrosilicates can be used in the form of talcum or serpentinite. Mixing of talcum with natrium polyphosphate solution at joint presence of magnesia allows obtaining materials of enhanced strength [7]. Material obtained during mixture of orthophosphoric acid and fine ground serpentinite possesses binding properties and accumulates sufficient strength [8]. And addition of serpentinite to the composition of magnesium cement enhances its longevity [9].

Aside from the abovementioned rocks, dunites as well are a prospective raw material for production of cements [10]. Using them as mineral admixture enhances performance characteristics of obtained materials (Table 1).

| Parameters                              | GOST requirements 10178-85 | Portland cement M400D0 | Cement with dunite admixture |
|-----------------------------------------|----------------------------|-------------------------|-----------------------------|
| Initial setting                         | not earlier than 45 minutes| 3 hours 20 minutes      | 4 hours 10 minutes          |
| Final setting                           | not later than 10 hours    | 5 hours 20 minutes      | 6 hours 20 minutes          |
| Cone flow diameter                      | -                          | 114                     | 113                         |
| Compressive strength, MPa               | not less than 39,2          | 40,2                    | 43,0                        |
| Flexural strength, MPa                  | not less than 5,4           | 6,8                     | 7,9                         |
| Compressive strength after steam curing, MPa | more than 27                | 28,8                    | 31,8                        |

Presented results show that physical and mechanical characteristics of cements with dunite admixture comply with GOST requirements. They can be applied when producing structures and conducting construction works.

2.2. Concretes

More than 80% of concrete volume is composed by aggregates. Therefore, magnesium-silicate rocks are used as coarse or fine aggregates. Using basalt as fine aggregate allows improving strength characteristics of concretes, as well as enhances their frost resistance due to consolidation of the obtained material’s structure [11, 12]. Using basalt as coarse aggregate leads to improvement of mechanical parameters of concretes, as well as to enhancement of their fire resistance, water resistance, weather resistance, and acid resistance [13-15].

At the present time, demand for special concretes with enhanced properties is increasing. Magnesium-silicate rocks are a prospective raw material for their acquisition. For example, basalts are frequently used when producing fiber-reinforced concrete. Application of fibers obtained out of basalt melt allows replacing various types of currently used fiber. At that, basalt fiber-reinforced concretes are environmentally safe; they possess chemical resistance to aggressive mediums and have a high modulus of elasticity [16]. Adding fine basalt fiber to their composition leads to enhancement of
reinforcement ratio [17]. Using basalt fiber instead of iron bars for reinforcement of concrete blocks allows obtaining lighter and cheaper products [18]. Joint presence of milled fiber in the composition of concrete mixture imparts enhanced bending strength to materials [19].

Moreover, adding basalt fibers or chrysotile into the composition of raw mixture will allow producing finely-grained decorative concrete with high performance characteristics [20].

Serpentinites are used in production of protective concrete cover. They show ability to chemically bind a big amount of water in its composition. This feature allows obtaining radiation protective concrete. Adding superplasticizing agent as well as calcium oxide to its composition favors an increase of the content of chemically bound water [21].

Lately, various admixtures has been adding to concrete’s composition with the purpose to improve its quality. The use of nano-sized serpentite admixtures allows significantly reduce water absorption, as well as enhance mechanical properties of concretes [22].

Dunites, which are waterless magnesium silicates, are prospective for the use as coarse and fine aggregates [23]. Concretes on their basis possess good physical and mechanical parameters (Table 2).

Table 2. Physical and mechanical parameters of concretes based on dunite.

| Type of coarse aggregate | Type of fine aggregate | Compression strength (MPa) at age of 7 days | 28 days | Density, kg/m³ |
|--------------------------|------------------------|--------------------------------------------|---------|---------------|
| dunite                   | quartz                 | 18,3                                       | 28,8    | 2874          |
|                          | dunite                 | 21,9                                       | 32,8    | 2998          |
| granite                  | quartz                 | 16,0                                       | 27,3    | 2396          |
|                          | dunite                 | 17,3                                       | 28,4    | 2519          |
| gravel                   | quartz                 | 15,8                                       | 26,2    | 2546          |
|                          | dunite                 | 16,9                                       | 27,8    | 2764          |

As we can see from Table data, using daunite in concretes’ composition promotes enhancement of their density and strength. Moreover, the concretes possess enhanced frost resistance and sulphate resistance. This allows using them when producing special structures which operate in aggressive mediums.

2.3. Ceramic materials

Basalts are prospective raw material for obtainment of various types of ceramic materials. Using basalt wastes as an admixture to batch allows reducing the time length of drying as well as reduces shrinkage of produced items [24]. Adding basalt to the composition of slip-cast ceramics for protective elements enhances wear resistance and expands temperature interval of its application [25].

These rocks can also be involved in production of glass-ceramic materials, used in solid oxide fule cells [26]. Materials, produced out of crystallized basalt melts and ceramic wastes, possess high rate of hardness, are resistant to exposure to water, and possess enhanced bending strength [27, 28].

Adding basalt fiber in the amount up to 25% to the composition of materials obtained by semidry pressing allows reducing the temperature of ceramic fragments baking as well as enhancing its density [29].

Moreover, basaltic tufts, which get disposed into dumps during extraction of basalts, can be used for production of facing ceramic tiles. Adding them to batch composition as an independent component, as well as in a mixture with basalt, allows obtaining finished products with dense homogenous structure and required performance characteristics [30].

Serpentinites are also a prospective raw material for producing ceramic materials. On their basis, high-temperature fireproof materials can be produced, and foresterite ceramics and cordierite ceramics can be obtained [31-33].

Magnesium-silicate rocks in the form of dunites can be applied when producing building ceramics [34]. Bricks with added proportion of dunite compiling 50%, produced by the method of semidry
pressing and burned at the temperature of 950 °C, possess physical and mechanical parameters that comply with required state standards (Table 3).

| Parameters                  | GOST 530-2012     | Bricks  |
|-----------------------------|-------------------|---------|
| compressive strength, MPa   | not less than 2,5 | 12,6    |
| flexural strength, MPa      | -                 | 2,8     |
| water absorption, %         | not less than 6   | 6,9     |
| frost resistance, cycle     | not less than 25  | 50      |
| density, kg/m³              | -                 | 2643    |
| fire shrinkage, %           | -                 | 1,7     |

Using dunites in the process of building ceramics production allows reducing the amount of clayish raw material and obtaining ceramic bricks for laying and facing of outer and internal walls of buildings and structures.

3. Conclusion

Thus, magnesium-silicate rocks are prospective raw material for production of building materials. Their application in binding compositions enhances rheological properties and performance characteristics of cement mortars. Using them as coarse and fine aggregates in concretes favors for improvement of physical and mechanical properties of finished products. And adding them to the composition of ceramic materials allows not only obtaining high-quality products but also improving process regimens of their production.

It should be noted that practically all magnesium-silicate rocks are located in overburden dumps. Their involvement into production cycle will allow for not only solving environmental problems but also expand the list of raw materials applicable in construction industry.

References

[1] Andrade F R D, Pecchio M, Bendoraitis D P, Montanheiro T J and Kihara Y 2010 Basalt mine-tailings as raw-materials for Portland clinker Cerâmica 56 pp 39–43
[2] El-Didamony H, Helmy I M, Osman R M and Habboud A M 2015 Basalt as pozzolana and filler in ordinary portland cement American Journal of Engineering and Applied Sciences 8 (2) pp 263–274 doi: 10.3844/ajeassp.2015.263.274
[3] Mendes T M, Guerra L and Morales G 2016 Basalt waste added to portland cement Maringá 38 (4) pp 431–436 doi: 10.4025/actascitechnol.v38i4.27290
[4] Eroshkina N A and Korovkin M O 2015 Properties of geopolymer binders based on disperse waste of basalt extraction and processing PGUAS Bulletin: Construction, Science and Education 1 pp 25–28
[5] Dobiszewska M and Beycioğlu A 2017 Investigating the influence of waste basalt powder on selected properties of cement paste and mortar IOP Conf. Series: Materials Science and Engineering 245 022027 doi:10.1088/1757-899X/245/2/022027
[6] Magerramova I A, Raschepkina S A and Sinitsyna I N 2016 The study of the properties of composite materials filled with inorganic matrix Modern High Technologies 2 pp 246–250
[7] Ngally Sabouang C J, Mbey J A, Liboum, Thomas F and Njobwouo D 2014 Tale as raw material for cementitious products formulation Journal of Asian Ceramic Societies 2 pp 263–267 doi:10.1016/j.jascer.2014.05.007
[8] Lazarevich E V, Nikitenko N E, Gilevich A A and Orlov A A 2017 Development of nonfired materials by serpentine Architecture, Urbanism and Design 12 pp 15–19
[9] Lee J-K and Soh J-S 2016 Performance of magnesia cement using MgCO₃ and serpentine Journal of the Korean Ceramic Society 53 (1) pp 116–121 doi: 10.4191/kcers.2016.53.1.116
[10] Khudyakova L I, Voiloshnikov O V and Kotova I Yu 2015 Influence of mechanical activation on the process of formation and properties of composite astringents Building Materials 3 pp 37–41

[11] Kmecová V and Štefunková Z 2014 Effect of basalt powder on workability and initial strength of cement mortar Journal of Civil Engineering and Architecture Research 1 (4) pp 260–267

[12] Dobiszewskas M and Wrzecion K 2017 The study of the properties of concrete containing waste powder as a fine aggregate “Environmental Engineering” 10th International Conference Vilnius Gediminas Technical University Lithuania, 27-28 April 2017 http://enviro.vgtu.lt doi: 10.3846/enviro.2017.016

[13] Kishore I S, Mounika L, Prasad C M and Krishna B H 2015 Experimental study on the use of basalt aggregate in concrete mixes SSRG International Journal of Civil Engineering 2 (4) 37–40

[14] Jha S, Duggal P and Agarwal C 2016 To study the durability aspects of concrete using basalt aggregate Indian Journal of Science and Technology 9 (30) doi: 10.17485/ijst/2016/v9i30/99203

[15] Al-Swaidani A M, Baddoura M K, Aliyan S D and Choeb W 2015 Acid resistance, water permeability and chloride penetrability of concrete containing crushed basalt as aggregates Journal of Materials Science and Engineering 5 (7-8) pp 285–304 doi: 10.17265/2161-6213/2015.7-8.005

[16] Kondrashov G M and Goldshtein B M 2012 Basaltofibreconcrete – the technology of future Science Journal of Volgograd State University. Technology and innovations 7 pp 91–92

[17] Zimin D E end Tatarinceva O S 2013 Reinforcement of cement by dispersion materials from basalt Polzunovskiy Vestnik 3 pp 286–289

[18] Inman M, Thorhallsson E R and Azrague K 2017 A mechanical and environmental assessment and comparison of basalt fibre reinforced polymer (BFRP) rebar and steel rebar in concrete beams rjyathtywb. Crjgec Xtkz,bycr Energy Procedia 111 pp 31–40

[19] Kondrashov GM and Goldshtein BM 2012 Basaltofibreconcrete – the technology of future Science Journal of Volgograd State University. Technology and innovations 7 pp 91–92

[20] Mendes T M, Morales G and Reis P J 2016 Use of basaltic waste as red ceramic raw material Cerâmica 62 pp 157–162 doi: 10.1590/0366-69132016623621955

[21] Baronins J, Antonov M, Ivanov R, Shuliak V and Hussainova I 2016 Effect of basalt and silica additives on erosive wear resistance of cast ceramics Proceedings of the Estonian Academy of Sciences 65 (2) pp 144–151 doi: 10.3176/proc.2016.2.05

[22] Ateş A, Önen U, Ercenk E and Yılmaz Ş. 2017 Crystallization behaviors and seal application of basalt based glass-ceramics AIP Conference Proceedings 1809 020006 doi: 10.1063/1.4975421

[23] Khater G A, Abdel-Motelib A, El Manawi AW and Abu Safiah M O 2012 Glass-ceramics materials from basaltic rocks and some industrial waste Journal of Non-Crystalline Solids 358 pp 1128–1134 doi:10.1016/j.jnoncrysol.2012.02.010
[28] Khater G A, Abu Safiah and Hamzawy E M A 2015 Augite-anorthite glass-ceramics from residues of basalt quarry and ceramic wastes *Processing and Application of Ceramics* **9** (2) pp 117–123 doi: 10.2298/PAC1502117K

[29] Vichaphund S, Somton K, Wonglom T, Rodchom M and Atong D 2016 Utilization of basalt fibers as a raw materials for clay ceramic production *Ceramics-Silikáty* **60** (2) pp 72–76 doi: 10.13168/cs.2016.0011

[30] Levitskii I A, Pozniak and Baranceva S E 2013 Effects of the basaltic tuff additions on the properties, structure and phase composition of the ceramic tiles for interior wall facing *Procedia Engineering* **57** pp 707–713 doi: 10.1016/j.proeng.2013.04.089

[31] Nemat S, Ramezani A and Emami S M 2016 Possible use of waste serpentinite from Abdasht chromite mines into the refractory and ceramic industries *Ceramics International*. doi: 10.1016/j.ceramint.2016.08.184

[32] Elmaghraby M S, Ismail A I M and Abd El Ghaffar N I 2015 Atalla Egyptian serpentinite for producing forsterite and its thermo-mechanical behavior *International Journal of Research Studies in Science, Engineering and Technology* **2** (7) pp 137–146

[33] Zhu P, Wang L Y, Hong D and Zhou M 2012 A study of cordierite ceramics synthesis from serpentine tailing and kaolin tailing *Science of Sintering* **44** pp 129–134 doi: 10.2298/SOS1202129Z

[34] Khudyakova L I, Voiloshnikov O V and Timofeeva S S 2014 Magnesium silicate mining waste and recycling technology *Novosibirsk: Academic Publishing House "Geo"* **177**

**Acknowledgments**

The work was supported by Act 211 Government of the Russian Federation, contract No. 02.A03.21.0011.